Eco-friendly Super Sulphated Cement Concrete Using Vietnam Phosphogypsum and Sodium Carbonate Na$_2$CO$_3$

Ngoc Lam Nguyen $^{1,2,*}$, Phuong Le Vu $^{1,2}$

$^{1}$ Hanoi University of Civil Engineering, No. 55, Giai Phong road, Hai Ba Trung District, Hanoi, Viet Nam.
$^{2}$ Research group of Recycled Materials in Construction, Hanoi University of Civil Engineering, Hanoi, Viet Nam.

Received 28 June 2022; Revised 26 September 2022; Accepted 13 October 2022; Published 01 November 2022

Abstract

Sustainable development is one of the critical topics in the construction industry today, especially in reducing CO$_2$ emissions and production energy costs. There have been many studies worldwide on using ground granulated blast furnace slag combined with phosphogypsum (PG) to replace binder (B) in making concrete. However, this topic in Vietnam has not received much attention despite the large backlog of phosphogypsum waste. One of the main disadvantages limiting the feasibility of super-sulphated binders in concrete is the relatively slow hydration and hardening processes, which affect the rate of strength development of mortar and concrete, especially at an early age. In this study, the use of Na$_2$CO$_3$ salt as a quick, solid additive can overcome the disadvantages of this type of binder. Research results show that using 15 to 25% phosphorus gypsum waste (PG) and a combination of 60 to 80% finely granulated blast furnace slag (GGBFS) with a small amount of cement and an activator like Na$_2$CO$_3$ can replace cement in making concrete. The concrete mix has good workability, and the maximum compressive strength after 28 days can reach over 50 MPa. Using industrial wastes as the main ingredients to make binders will improve sustainable development, reducing environmental pollution and the cost of mortar and concrete products in construction.

Keywords: Concrete; Industrial Waste; Ground Granulated Blast Furnace Slag; Phosphogypsum; Super Sulphated Cement.

1. Introduction

Environmental pollution is a topic attracting the attention of all countries worldwide. The massive development of industrial production in general and the production of building materials, in particular, has posed the problem of increasing emissions and waste, requiring reuse to avoid environmental pollution. Therefore, the research and use of industrial wastes to manufacture building material products have both technical and economic significance, ensuring green and sustainable production. One of the most promising alternative cementing systems is super-sulphated cement (SSC). This binder is mainly composed of ground granulated blast furnace slag (GGBFS), gypsum, and a small amount of alkali activator (such as quick lime, clinker cement, or cement) [1, 2]. Compared with ordinary Portland cement, super-sulphated cement has many advantages, such as low hydration heat evolution, good sulphate resistance, less clinker, and more gypsum. Thus, more solid waste can be consumed [3–6]. This binder can consume a large amount of gypsum in general, phosphogypsum (PG) in particular, and blast furnace slag.

Phosphogypsum is a by-product in the fertilizer industry of the wet production of phosphoric acid ($\text{H}_3\text{PO}_4$). In Vietnam, the mountain of phosphogypsum waste is tens of meters high. Many hectares with a reserve of 3.5 million tons of DAP Vinachem Joint Stock Company are in Dinh Vu Industrial Park - Vietnam, causing many people to worry about
environmental dangers, which have existed for many years, have not been resolved. A problem posed is how to effectively promote 2.56 million tons of PG residues in DAP while public opinion is concerned that PG residues pollute the environment because they contain many toxic substances such as HF acid, H₂SO₄, H₃PO₄ and heavy metal salts [1]. PG is used in several areas with high technical and economic feasibility.

Currently, there have been many studies on using sulphate concrete in construction, such as levelling material in the form of a cement-reinforcing mixture, as a foundation layer in the construction of roads and highways [4, 5]. Concrete made from mixed binder using PG has also been studied extensively globally [6-8]. Singh studied a high-strength binder based on anhydrous PG (high-temperature calcined gypsum), fly ash, GGBFS, and ordinary Portland cement [8]. The study results also show that this binder is suitable for partial replacement (maybe up to 25%) of cement in concrete without causing any adverse effect on strength. Blast furnace slag is the by-product of the iron and steel industry, forming particles with diameters from 10 mm to 200 mm. GGBFS is a common material used worldwide in cement production because it gives cement many remarkable properties such as durability in a seawater environment, resistance to sulphate, low heat, suitability for large concrete blocks, and good waterproofing [9-11].

With the main components of gypsum and GGBFS, SSC-based materials also have drawbacks of their own with mechanical properties, such as lower initial strength, higher drying shrinkage and lower resistance to carbonation when compared to ordinary Portland cement [12, 13]. In general, high strength at an early-age of SSC can be achieved by increasing the basicity in the binder solution sodium. Several studies have shown that the low initial strength of binders containing high content of GGBFS can be overcome by adding alkaline activators (e.g., OPC [14, 15], KOH [16], sodium hydroxide [17], sodium silicate or sodium sulphate [18]). Circulating fluidized bed combustion fly ash can be used as the alkaline activator which contains anhydrite and portlandite [19]. However, SSCs activated by materials with strong basicity are difficult for industrialization due to low controllability, strong corrosion, high cost, and strict processing requirements [20, 21]. Na₂CO₃ is more feasible and cheaper and shows less corrosivity and harm to the environment [22-24].

Since GGBFS is the main ingredient accounting for the most significant amount in SSC, the use of Na₂CO₃ to activate GGBFS also contributes to promoting the hydration of SSC. The approach and significance of this paper are based on anhydrous PG (high-temperature calcined gypsum), fly ash, GGBFS, and ordinary Portland cement [8]. Previous studies have investigated using sodium carbonate (Na₂CO₃) source to activate GGBFS [25-27]. Abdalqader et al. [28] reported an effect on the compressive strength of using Na₂CO₃ to activate a mixture of fly ash and slag. The authors note that the strength of the Na₂CO₃ activated fly ash-slag mixture increased with the curing time and the Na₂CO₃ content and that the strength at the early ages depended on this Na₂CO₃ content.

According to Wang et al., the mixture of CaO and Na₂CO₃ can improve the density of hardened pastes and significantly speed up the formation of hydration products [25]. Na₂CO₃ was also used by Kim et al. to enhance the mechanical characteristics of high-volume slag cement (50 percent OPC and 50 percent GGBF) [29]. The findings demonstrated that there was a trend of increasing high-volume slag cement sample strength with the increase of Na₂CO₃ content. Among the Na₂CO₃-activated high-volume slag cement samples, the 5% Na₂CO₃-activated high-volume slag cement paste showed the greatest combination of early to later-age strength growth as well as the highest ultrasound pulse velocity and the lowest amount of water absorption. Currently, the research on the use of Na₂CO₃ as an activator in SSC is still very rare. In this study, Na₂CO₃ is used to improve the hardening of the super sulphated cement at an early age and at the same time as a basis for making concrete using phosphogypsum waste, contributing to producing low-cost, good-quality concrete that meets the needs of construction.

2. Materials and Research Methods

2.1. Materials

Materials used in the study include Phosphogypsum (PG); commercial ground granulated blast furnace slag S95 (GGBFS); But Son Cement PC40 (C); crushed stone originating from carbonate rock; fine aggregates; activator Sodium Carbonate (Na₂CO₃); Silica fume of Elkem (SF) and Polycarboxylate superplasticizer (SP). The technical properties and chemical composition of the materials used are presented in Tables 1 to 6.

| Oxide | SiO₂ | Fe₂O₃ | Al₂O₃ | CaO | MgO | Na₂O | K₂O | SO₃ | P₂O₅ | MnO | L.O.I |
|-------|------|-------|-------|-----|-----|------|-----|-----|------|-----|-------|
| C     | 20.3 | 5.05  | 3.51  | 62.81 | 3.02 | -    | -   | 2   | -    | -   | 1.83  |
| PG    | 2.99 | 0.87  | 0.56  | 28.07 | 0.69 | 0.03 | 0.56 | 42.5 | 2.93 | 0.39 | 19.92 |
| GGBFS | 34.52 | 0.66 | 12.38 | 41.54 | 7.25 | 0.43 | 0.24 | 1.37 | -    | -   | 0.96  |
Table 2. Properties of ground blast furnace slag used in the study

| Characteristic       | Unit   | Result |
|----------------------|--------|--------|
| Density              | g/cm³  | 2.96   |
| Strength activity index | %     | 106.2  |
| Mean particle size   | µm     | 10.8   |
| L.O.I                | %      | 0.96   |

Table 3. Physical and mechanical properties of But Son Cement PC40

| Characteristic       | Unit         | Result |
|----------------------|--------------|--------|
| Blaine fineness cm²/g | %            | 3910   |
| Consistency          | %            | 29.5   |
| Initial setting time | Min          | 120    |
| Final setting time   | Min          | 215    |
| Compressive at 3 days| MPa          | 28.8   |
| Compressive at 28 days| MPa         | 53.1   |
| Density              | g/cm³        | 3.12   |

Table 4. Characteristic of coarse aggregate

| Characteristic       | Unit       | Coarse aggregate size |
|----------------------|------------|-----------------------|
|                      |            | 5-10 mm | 10-20 mm |
| Specific density     | g/cm³      | 2.70     | 2.70     |
| Bulk density         | %          | 1620     | 1570     |
| Porosity             | %          | 41.0     | 43.6     |
| Content of dust, mud and clay | % | 0.12 | 0.11 |

Table 5. Characteristic of river sand

| Characteristic       | Unit   | Result |
|----------------------|--------|--------|
| Density              | g/cm³  | 2.66   |
| Bulk density         | kg/m³  | 1465   |
| Porosity             | %      | 44.9   |
| Finess Modulus       | -      | 2.67   |
| Content of dust, mud and clay | % | 0.2 |

Table 6. Characteristic of Silica fume

| Characteristic       | Unit     | Result |
|----------------------|----------|--------|
| Density              | g/cm³    | 2.21   |
| L.O.I                | %        | 4.20   |
| SiO₂                 | %        | 93.45  |
| Fe₂O₃                | %        | 0.52   |
| Al₂O₃                | %        | 0.92   |
| CaO                  | %        | 1.57   |
| Strength activity index | %   | 116.5% |

The grading curve of silicafume, ground granulated blast furnace slag, phosphogypsum and cement is presented in Figure 1.

Figure 1. Grading curve for the used materials in SSC
2.2. Experimental Methods

The main technical properties of the materials used were determined according to Vietnamese standards presented in Tables 1 to 6. The mixing and moulding process of the binder sample is according to the procedure presented in the Figure 2.

![Figure 2. The research diagram](image)

After mixing with water, the binder samples were cast in the moulds of 50×50×50 mm and cured in moulds for 24 ± 2 hours at laboratory temperature (20°C to 30°C). The compressive strength of the binder was measured at 3 and 28 days. The results reported are the average of three samples. Regarding the setting time of the binder, the ratio W/B was fixed at 0.325 and the Na₂CO₃ content at the optimal level to determine the cement's initial and final setting time.

The process of mixing concrete is mixed according to the following process: After mixing, the concrete mixture will be determined workability (slump), then cast in the mould 100×100×100 mm and cured at a temperature of 20 - 30°C. After 24 h, the samples were removed from the mould and continued soaking in water to the age for strength determination. The compressive strength of concrete was determined at 3, 28 and 90 days. The results reported are the average of three samples.

![Figure 3. Workability test and concrete sample after compressive strength test](image)

2.3. Proportion of Binders and Concrete

The influence of the content of PG, GGBFS, cement and Na₂CO₃ on the compressive strength of the binder was studied through 27 compositions with different binder ratios. The Na₂CO₃ is added in 2, 3 and 4% by weight. The W/B ratio is fixed at 0.325. The compressive strength of these binder samples was then compared with the control grade (100% cement) to see the efficiency of using gypsum waste and ground granulated blast furnace slag in the binder. The proportions of the ingredients for SSCs are shown in Table 7.

| No  | Name of composition | wt. (%) | W/B  |
|-----|---------------------|---------|------|
|     | GGBFS | PG | C | Na₂CO₃ |     |
| 1   | CP.85.10.5.2 | 85  | 10 | 5   | 2  | 0.325 |
| 2   | CP.85.10.5.3 | 85  | 10 | 5   | 3  | 0.325 |
| 3   | CP.85.10.5.4 | 85  | 10 | 5   | 4  | 0.325 |
| 4   | CP.80.15.5.2 | 80  | 15 | 5   | 2  | 0.325 |
| 5   | CP.80.15.5.3 | 80  | 15 | 5   | 3  | 0.325 |
were also determined to choice the optimum binder proportion used for concrete and blast furnace slag in the binder. The workability and binder samples 

The properties of the studied 

overcome the disadvantages of this binder. It means that the process of hydration and solidification will occur faster.

In this study, the aggregate mixture containing 40% particle size 5-10 mm and 60% grain size 10-20 mm is fixed. It was changing the amount of binder and W/B ratio to study the effect of SSC on slump and concrete strength. The composition of concrete in the test is presented in Table 8.

### Table 8. Concrete mix composition using super sulphated cement

| N° | Name of mixture | W/B | C | PG | GGBFS | SF | Na₂CO₃ | Sand | Stone 10x20mm | Stone 5x10mm | SP (ml) | Water |
|----|----------------|-----|---|----|-------|----|--------|------|--------------|--------------|----------|--------|
| CP1 | 80GGBFS_15PG_5C_0.35 | 0.35 | 22.5 | 67.6 | 360.9 | 23.8 | 14.25 | 780 | 528 | 352 | 7125 | 196 |
| CP2 | 70GGBFS_20PG_10C_0.35 | 0.35 | 45.0 | 90.0 | 314.9 | 23.6 | 14.25 | 780 | 528 | 352 | 7125 | 195 |
| CP3 | 60GGBFS_25PG_15C_0.35 | 0.35 | 67.3 | 112.1 | 269.1 | 23.6 | 14.13 | 780 | 528 | 352 | 7125 | 195 |
| CP4 | 80GGBFS_15PG_5C_0.40 | 0.40 | 21.3 | 63.6 | 339.1 | 22.3 | 13.38 | 780 | 528 | 352 | 6750 | 207 |
| CP5 | 70GGBFS_20PG_10C_0.40 | 0.40 | 42.3 | 84.5 | 295.9 | 22.3 | 13.38 | 780 | 528 | 352 | 6625 | 206 |
| CP6 | 60GGBFS_25PG_15C_0.40 | 0.40 | 63.3 | 105.4 | 253.0 | 22.3 | 13.38 | 780 | 528 | 352 | 6625 | 206 |
| CP7 | 80GGBFS_15PG_5C_0.45 | 0.45 | 20.0 | 60.0 | 319.9 | 21.0 | 12.63 | 780 | 528 | 352 | 6250 | 217 |
| CP8 | 70GGBFS_20PG_10C_0.45 | 0.45 | 39.9 | 79.8 | 279.1 | 21.0 | 12.63 | 780 | 528 | 352 | 6250 | 216 |
| CP9 | 60GGBFS_25PG_15C_0.45 | 0.45 | 59.6 | 99.5 | 238.6 | 20.9 | 12.50 | 780 | 528 | 352 | 6250 | 216 |

### 3. Results and Discussion

The study aims to make an SSC with compressive strength equivalent to grade 40 cement and, simultaneously, overcome the disadvantages of this binder. It means that the process of hydration and solidification will occur faster. The properties of the studied binder include compressive strength and setting time. The compressive strength of the binder samples was compared with the control grade to observe the efficiency of using waste phosphogypsum waste and blast furnace slag in the binder. The workability and compressive strength of concrete using super sulphated cement were also determined to choice the optimum binder proportion used for concrete.
3.1. Effect of Cement Content on The Compressive Strength of Super Sulphated Cement

The effect of cement content on the compressive strength of binder samples at the age of 3 days and 28 days are shown in Figures 4 to 9.

Figure 4. Compressive strength of SCC samples using different cement content and 2% Na₂CO₃ at 3 days

Figure 5. Compressive strength of SCC samples using different cement content and 3% Na₂CO₃ at 3 days
Figure 6. Compressive strength of SCC samples using different cement content and 4% Na$_2$CO$_3$ at 3 days

Figure 7. Compressive strength of SCC samples using different cement content and 2% Na$_2$CO$_3$ at 28 days
The above results show that: The strength at the age of 3 days of the binder samples depends mainly on the cement content used, the strength of the binder samples mostly does not reach 40 MPa, and the difference in strength value
between the samples is significant. The strength of the binder group using 5% cement was lower than that of the group using 10% and 15%, in which sample CP.70.20.5 had the lowest compressive strength value. When increasing the cement content to 10%, the compressive strength at the age of 3 days of sample CP.75.15.10 reached the highest value (Figures 4 to 6).

At the age of 28 days, it can be seen that most of the binder samples have compressive strength above 40 MPa. This strength development process is related to C-S-H formation thanks to the ability of cement and gypsum to activate GGBFS. According to Bernal et al. [27], the early-age reaction in a CO$_2^-$ activated binder happens when Ca$^{2+}$ produced by slag dissolution interacts with CO$_2^-$ in the pore solution. They stated that having enough Ca$^{2+}$ might lead to consume CO$_2^-$ at early-age, which would increase the hydration of slag after the exhaustion of CO$_2^-$ in order to consume carbonate, OPC was employed in this study as a calcium source. As a consequence, it is clear that the addition of Na$_2$CO$_3$ increased the strength of the SSCs by causing the development of more C-S-H and calcite. This result is in agreement with previous studies [28-31].

However, the compressive strength of SSCs is reduced when the proportion of cement in the binder increases to 15%, especially in the composition containing high content of PG. The reason may be that Ca$^{2+}$ ions accumulate and increase alkalinity in the hydrating process at a late age. More bundled ettringite is formed, causing crystal pressure to crack the structure and causing strength loss [31-34]. Therefore, the cement content in the binder should not exceed 15%. The law of influence of cement content on binder strength is similar to that of early age, but the extent is less pronounced. The compressive strength of sample CP.75.10.15.3 reached the highest value of 66.4 MPa - higher than that of the control cement mortar sample with a strength of 64.5 MPa (Figure 8). The compressive strength of sample CP.85.10.5.4 reached the minimum value of 37.6 MPa (Figure 9). Binder composition using 15% cement and 65% gypsum (grade group CP.65.20.15) still has the lowest strength.

3.2. Effect of the Content of Na$_2$CO$_3$ on the Compressive Strength of the Binder

One of the most significant disadvantages of the binder is that the strength at an early age is relatively low; even after 24 hours, the sample is still not hardened (still soft). Therefore, to increase the practicality of applying this binder, it is necessary to study the appropriate type and content of activating additives. The addition of Na$_2$CO$_3$ contributes to increasing the pozzolanic activity of GGBFS. It forms an additional amount of calcium silicate hydrate mineral C-S-H, promoting the binder's solidification and strength development [35]. The results of the influence of the Na$_2$CO$_3$ amount on the compressive strength of the binder are shown in Figures 10 and 11.

![Figure 10. Compressive strength of binder samples using 2%, 3%, 4% Na$_2$CO$_3$ at 3-day age](image-url)
The above results show that: The ability to activate strength at an early age (3 days) of the Na$_2$CO$_3$ is not evident for the binder group using 5% cement. After mixing with water, the hydration product is ettringite (C$_3$A.3CaSO$_4$.32H$_2$O), and C-S-H is formed. Ettringite formation drives the strength of this type of binder at an early age [20, 21, 36]. With the binder group using 5% cement, the amount of ettringite generated is insufficient to promote early strength. The compressive strength at three days of sample CP.75.20.5.4 reached the lowest value of 16.5 MPa (Figure 9).

When increasing the content of Na$_2$CO$_3$ from 2% to 4%, the strength of the binder does not change significantly. The optimal content of Na$_2$CO$_3$ is about 3% for the highest strength binder, and the composition containing 4% Na$_2$CO$_3$ almost has the lowest compressive strength. The compressive strength at 28 days of sample CP.75.10.15.3 reached the highest value of 66.4 MPa (Figure 11).

### 3.3. Setting Time of Super Sulphated Cement

The study fixed the ratio of Water/Binder at 0.325 and the Na$_2$CO$_3$ content at 3% to determine the initial and final setting time. The experimental results are shown in Figure 12.
From the results in Figure 12, some critical observations are easily discerned about the setting time of the binder samples. When the cement content increases from 5% to 15%, the initial setting time seems to be lengthened, but the final setting time tends to be shorter. The binder sample using 5% cement had the shortest setting time, ranging from 70 minutes to 80 minutes, but the longest setting time, from 250 minutes to 260 minutes. Meanwhile, the control sample (CP.100 - 100% cement, ratio W/C= 0.325) had an initial setting time of 145 minutes and a final setting time of 225 minutes.

The study's results showed no difference among the compositions using 5% or 10% cement. Meanwhile, the group of samples using 15% cement clearly showed the trend of lengthening the initial setting time and shortening the final setting time when the gypsum content increased from 10% to 20% (corresponding blast furnace slag content is reduced). This result may be due to the early formation of ettringite, which inhibits the initial hydration of the cement. After mixing with water, the gypsum begins to dissolve, and the sulphate ion will quickly saturate in the solution. At the same time, the cement will also begin to hydrate to produce C-S-H, ettringite and Ca(OH)$_2$. Due to the activation by Ca(OH)$_2$ and sulphate ions, GGBFS is dissolved and then reacts back with Ca(OH)$_2$ and sulphate ions, resulting in the formation of more and more hydration products known as ettringite and C-S-H [26]. The C-S-H formation is also quite important in the strength development of this binder mixture at an early age and late age.

3.4. Workability and Compressive Strength of Super Sulphated Cement Based Concrete

The slump results of 9 concrete mixtures using a binder with high sulphate content are shown in Figure 13.

The slump test results of all concrete mixture show that the increase of the W/B ratio leads to an increase in the slump value for all compositions. At the same W/B ratio, the slump of concrete varies slightly from 11.0 cm to 12.0 cm (with W/B = 0.35), from 14.0 cm to 15.0 cm (with W/B = 0.35), 0.40) and 15.5 cm to 17.0 cm (with W/B = 0.45). The workability of the concrete mixture is relatively good, meeting the construction needs in actual production and application.

The development of compressive strength of concrete at the ratio W/B = 0.35, 0.40 and 0.45 is presented in Figures 14 to 16.
Figure 14. Compressive strength of concrete mixture using composition GGBFS:PG:C = 80:15:5 over time

Figure 15. Compressive strength of concrete mixture using composition GGBFS:PG:C = 70:20:10 over time

Figure 16. Compressive strength of concrete mixture using composition GGBFS:PG:C = 60:25:15 over time
From the above figures, it is easy to see that as the ratio of W/B decreases, the concrete strength increases. The concrete strength develops rapidly from 7 to 28 days and slows down. The strength of concrete samples at 90 days increased from 15 to 20% for the composition using 5% cement, while the increase was almost negligible for the sample containing 10% cement. Meanwhile, the concrete sample using 15% cement decreases strength at 90 days for all compositions.

The W/B ratio significantly influences the compressive strength, while the difference in compressive strength of different blends with the same W/B ratio is relatively small. The replacement of cement with phosphogypsum leads to a sharp decrease in compressive strength. Phosphogypsum is not a pozzolanic material. For that reason, GGBFS enhances compressive strength as the filler and pozzolanic materials; Meanwhile, the role of the PG is to fill and activate the GGBFS. The proportion of binder used for eco-concrete is 70% PG; 15% GGBFS and 15% PC can be considered as possible optimal replacements for cement by SSC. However, in conventional concrete structures, the concrete strength ranges from 20 to 40 MPa. Therefore, depending on the compressive strength, a suitable cement content can be used in the SSC binder with an appropriate W/B ratio of 0.325.

3.5. Effect of Waste Phosphogypsum Content on Compressive Strength of Concrete

The influence of the content of phosphogypsum waste on the compressive strength of concrete using super sulphated cement is presented in Figures 17 to 19. Experimental results showed that the 28-day compressive strengths of the SSC-based concrete can reach over 40 MPa, which can be found in previous studies [37, 38].

![Figure 17. Compressive strength of concrete samples with ratio W/B=0.35 over time](image1)

![Figure 18. Compressive strength of concrete samples with ratio W/B=0.40 over time](image2)
The above results show that when the PG content increases or the slag content decreases, the strength of the concrete samples decreases. Significantly, the compositions with the proportion of GGBFS:PG:C = 60:25:15 have a decline in strength between the ages of 28 and 90 days. This phenomenon occurs when slag, PG, and cement react with each other. It will produce the ettringite, which tends to expand to high volumes. The more the content of PG and cement increases, the more ettringite is formed, which causes more concrete cracking. Therefore, when increasing the PG content, we should reduce the cement content, and vice versa.

4. Conclusions

Based on materials used and experimental conditions performed, the study makes the following conclusions:

- The study has made a binder with high sulphate content from phosphogypsum waste and ground granulated blast furnace slag; the highest compressive strength reaches 66 MPa at 28 days. The activator Na$_2$CO$_3$ has overcome the disadvantage of the slow setting of this binder. The setting time meets the requirements of the cement used in construction;
- The use of Na$_2$CO$_3$ increases the hardening rate at an early age but also has the potential to reduce the strength of the composite binder at a long age. However, the strength reduction is not much when using 3% Na$_2$CO$_3$. The optimal Na$_2$CO$_3$ content is about 3%;
- The highest compressive strength belonged to the 70GGBFS-20PG-10C composition. In order to gain high compressive strength for concrete, the waste gypsum content can be up to 15%;
- The main ingredient in the SCC is industrial waste; the amount of cement used is minimal (from 5 to 15%). Therefore, the research results meet the urgent requirements of developing green materials in the context of increasing industrial waste. On the other hand, using most of the waste in manufacturing binders has excellent environmental significance for sustainable environmental protection;
- Some important technical properties such as shrinkage, sulphate resistance and an improvement to the high-performances concrete will need to be studied in future works.

5. Declarations

5.1. Author Contributions Statement

Conceptualization, N.N.L. and V.P.L.; methodology, V.P.L.; formal analysis, N.N.L. and V.P.L.; investigation, N.N.L.; data curation, N.N.L.; writing—original draft preparation, N.N.L. and V.P.L.; writing—review and editing, N.N.L. and V.P.L.; funding acquisition, V.P.L. All authors have read and agreed to the published version of the manuscript.

5.2. Data Availability Statement

The data presented in this study are available in the article.

5.3. Funding and Acknowledgements

This study was supported and funded by Hanoi University of Civil Engineering – Vietnam for the research project 33-2021/KHXD-TD.
5.4. Conflicts of Interest
The authors declare no conflict of interest.

6. References

[1] Wu, Q., Xue, Q., & Yu, Z. (2021). Research status of super sulfate cement. Journal of Cleaner Production, 294, 126228. doi:10.1016/j.jclepro.2021.126228.

[2] Singh, M., & Garg, M. (2002). Production of beneficiated phosphogypsum for cement manufacture. Journal of Scientific and Industrial Research, 61(7), 533–537.

[3] Singh, M. (2003). Effect of phosphatic and fluoride impurities of phosphogypsum on the properties of selenite plaster. Cement and Concrete Research, 33(9), 1363–1369. doi:10.1016/S0008-8846(03)00068-1.

[4] Ghafoori, N., & Chang, W. F. (1991). Roller-compacted concrete slabs using phosphogypsum. Transportation research record, 1301, National Academy of Sciences, Engineering, and Medicine, formerly the National Research Council of the United States.

[5] Lopez, A. M., & Seals, R. K. (1992). The environmental and geotechnical aspects of phosphogypsum utilization and disposal. Mediterranean conference on environment and building materials.

[6] Garg, M., Singh, M., & Kumar, R. (1996). Some aspects of the durability of a phosphogypsum-lime-fly ash binder. Construction and Building Materials, 10(4), 273–279. doi:10.1016/0950-0618(95)00085-2.

[7] Singh, M., & Garg, M. (1995). Phosphogypsum - Fly ash cementitious binder - Its hydration and strength development. Cement and Concrete Research, 25(4), 752–758. doi:10.1016/0008-8846(95)00065-K.

[8] Singh, M., & Garg, M. (1999). Cementitious binder from fly ash and other industrial wastes. Cement and Concrete Research, 29(3), 309–314. doi:10.1016/S0008-8846(98)00210-5.

[9] Basheer, P. A. M., Gilleece, P. R. V., Long, A. E., & Mc Carter, W. J. (2002). Monitoring electrical resistance of concretes containing alternative cementitious materials to assess their resistance to chloride penetration. Cement and Concrete Composites, 24(5), 437–449. doi:10.1016/S0958-9465(01)00075-0.

[10] Gruyaert, E., Van Den Heede, P., Maes, M., & De Belie, N. (2012). Investigation of the influence of blast-furnace slag on the resistance of concrete against organic acid or sulphate attack by means of accelerated degradation tests. Cement and Concrete Research, 42(1), 173–185. doi:10.1016/j.cemconres.2011.09.009.

[11] Güneyisi, E., & Gesoğlu, M. (2008). A study on durability properties of high-performance concretes incorporating high replacement levels of slag. Materials and Structures/Materiaux et Constructions, 41(3), 479–493. doi:10.1016/S0025-0494(07)80088-7.

[12] Shi, H. sheng, Xu, B. wan, & Zhou, X. chen. (2009). Influence of mineral admixtures on compressive strength, gas permeability and carbonation of high performance concrete. Construction and Building Materials, 23(5), 1980–1985. doi:10.1016/j.conbuildmat.2008.08.021.

[13] Song, H. W., & Saraswathy, V. (2006). Studies on the corrosion resistance of reinforced steel in concrete with ground granulated blast-furnace slag-An overview. Journal of Hazardous Materials, 138(2), 226–233. doi:10.1016/j.jhazmat.2006.07.022.

[14] Matschei, T., Bellmann, F., & Stark, J. (2005). Hydration behaviour of sulphate-activated slag cements. Advances in Cement Research, 17(4), 167–178. doi:10.1680/adcr.2005.17.4.167.

[15] Masoudi, R., & Hooton, R. D. (2019). Examining the hydration mechanism of super sulfated cements made with high and low-alumina slags. Cement and Concrete Composites, 103, 193–203. doi:10.1016/j.cemconcomp.2019.05.001.

[16] Gruskovnjak, A., Lothenbach, B., Winnefeld, F., Figi, R., Ko, S. C., Adler, M., & Mäder, U. (2008). Hydration mechanisms of super sulphated slag cement. Cement and Concrete Research, 38(7), 983–992. doi:10.1016/j.cemconres.2008.03.004.

[17] Gijbels, K., Pontikes, Y., Samyn, P., Schreurs, S., & Schroeyers, W. (2020). Effect of NaOH content on hydration, mineralogy, porosity and strength in alkali/sulfate-activated binders from ground granulated blast furnace slag and phosphogypsum. Cement and Concrete Research, 132. doi:10.1016/j.cemconres.2020.106054.

[18] Aliabdo, A. A., Abd Elmoaty, A. E. M., & Emam, M. A. (2019). Factors affecting the mechanical properties of alkali activated ground granulated blast furnace slag concrete. Construction and Building Materials, 197, 339–355. doi:10.1016/j.conbuildmat.2018.11.086.

[19] Nguyen, H. A., Chang, T. P., Shih, J. Y., & Chen, C. T. (2019). Influence of low calcium fly ash on compressive strength and hydration product of low energy super sulfated cement paste. Cement and Concrete Composites, 99, 40–48. doi:10.1016/j.cemconcomp.2019.02.019.

[20] Rubert, S., Angulski da Luz, C., F. Varela, M. V., Pereira Filho, J. I., & Hooton, R. D. (2018). Hydration mechanisms of supersulfated cement: The role of alkali activator and calcium sulfate content. Journal of Thermal Analysis and Calorimetry, 134(2), 971–980. doi:10.1007/s10973-018-7243-6.
[21] Ding, S., Shui, Z., Chen, W., Lu, J., & Tian, S. (2014). Properties of supersulphated phosphogypsum slag cement (SSC) concrete. Journal Wuhan University of Technology, Materials Science Edition, 29(1), 109–113. doi:10.1007/s11595-014-0876-9.

[22] Fernández-Jiménez, A., Palomo, J. G., & Puertas, F. (1999). Alkali-activated slag mortars: Mechanical strength behaviour. Cement and Concrete Research, 29(8), 1313–1321. doi:10.1016/S0008-8846(99)00154-4.

[23] Tuyen, M., Zhang, L. V., & Nehdi, M. L. (2020). Development of sustainable preplaced aggregate concrete with alkali-activated slag grout. Construction and Building Materials, 263, 120–227. doi:10.1016/j.conbuildmat.2020.120227.

[24] Cercel, J., Adesina, A., & Das, S. (2021). Performance of eco-friendly mortars made with alkali-activated slag and glass powder as a binder. Construction and Building Materials, 270. doi:10.1016/j.conbuildmat.2020.121457.

[25] Wang, J., Lyu, X. J., Wang, L., Cao, X., Liu, Q., & Zang, H. (2018). Influence of the combination of calcium oxide and sodium carbonate on the hydration reactivity of alkali-activated slag binders. Journal of Cleaner Production, 171, 622–629. doi:10.1016/j.jclepro.2017.10.077.

[26] Ellis, K., Silvestrini, R., Varela, B., Alharbi, N., & Hailstone, R. (2016). Modeling setting time and compressive strength in sodium carbonate activated blast furnace slag mortars using statistical mixture design. Cement and Concrete Composites, 74, 1–6. doi:10.1016/j.cemconcomp.2016.08.008.

[27] Bernal, S. A., Provis, J. L., Myers, R. J., San Nicolas, R., & van Deventer, J. S. J. (2014). Role of carbonates in the chemical evolution of sodium carbonate-activated slag binders. Materials and Structures/Materiaux et Constructions, 48(3), 517–529. doi:10.1617/s11527-014-0412-6.

[28] Abdalqader, A. F., Jin, F., & Al-Tabbaa, A. (2015). Characterisation of reactive magnesia and sodium carbonate-activated fly ash/slag paste blends. Construction and Building Materials, 93, 506–513. doi:10.1016/j.conbuildmat.2015.06.015.

[29] Kim, T., & Jun, Y. (2018). Mechanical Properties of Na2CO3-Activated High-Volume GGBFS Cement Paste. Advances in Civil Engineering, 2018, 1–9. doi:10.1155/2018/8905194.

[30] Sajedi, F., & Razak, H. A. (2010). The effect of chemical activators on early strength of ordinary Portland cement-slag mortars. Construction and Building Materials, 24(10), 1944–1951. doi:10.1016/j.conbuildmat.2010.04.006.

[31] Demirboğa, R., Türkmen, I., & Karakoç, M. B. (2004). Relationship between ultrasonic velocity and compressive strength for high-volume mineral-admixed concrete. Cement and Concrete Research, 34(12), 2329–2336. doi:10.1016/j.cemconres.2004.04.017.

[32] Deng, X., Guo, H., Tan, H., Nie, K., He, X., Yang, J., Wang, Y., & Zhang, J. (2022). Effect of organic alkali on hydration of GGBS-FA blended cementitious material activated by sodium carbonate. Ceramics International, 48(2), 1611–1621. doi:10.1016/j.ceramint.2021.09.240.

[33] Lam, N.N. (2020). A study on improvement of early - age strength of super sulfated cement using phosphogypsum. CIGOS 2019, Innovation for Sustainable Infrastructure. Lecture Notes in Civil Engineering, 54, Springer, Singapore. doi:10.1007/978-981-15-0802-8_84.

[34] Stark, J., Frohburg, U., & Mielke, I. (2001). Supersulfated cement with and without cement clinker. Proceedings of the International Symposium on Non-Traditional Cement and Concrete, Brno, Czech Republic.

[35] Ngoc Lam, N. (2020). Eco - Concrete made with phosphogypsum-based super sulfated cement. IOP Conference Series: Materials Science and Engineering, 869, 032031. doi:10.1088/1757-899X/869/3/032031.

[36] Lam, N. N. (2018). A study on super-sulfated cement using Dinh Vu phosphogypsum. IOP Conference Series: Earth and Environmental Science, 143(1). doi:10.1088/1755-1315/143/1/012016.

[37] Maldonado Bandala, E. E., Cabrera Luna, K., Escalante García, J. I., & Nieves Mendoza, D. (2018). Resistance to compression and microstructure of concrete manufactured with supersulfated cements-based materials of volcanic origin exposed to a sulphate environment. Revista ALCONPAT, 9(1), 106–116. doi:10.21041/ra.v9i1.374.

[38] Nguyen, H.-A., Chang, T.-P., Chen, C.-T., & Huang, T.-Y. (2022). Engineering and creep performances of green super-sulfated cement concretes using circulating fluidized bed combustion fly ash. Construction and Building Materials, 346, 128274. doi:10.1016/j.conbuildmat.2022.128274.